Effect of Diode Laser and Remineralizing Agents on Microstructure and Surface Microhardness of Therapeutic Gamma-Irradiated Primary Teeth Enamel

Rasha Atef*, Ahmed Abbas Zaky1, Nevin Waly2, Dalia El Rouby3, Naglaa Ezzeldin4

1Department of Medical Applications of Laser, National Institute of Laser Enhanced Sciences, Cairo University, Cairo, Egypt; 2Department of Pediatric Dentistry, Faculty of Oral and Dental Medicine, Cairo University, Cairo, Egypt; 3Department of Oral Pathology, Faculty of Oral and Dental medicine, Cairo University, Cairo, Egypt; 4Department of Pediatric Dentistry, Faculty of Dentistry, October University for Modern Sciences and Arts, 6th of October, Egypt

Abstract

BACKGROUND: Radiation caries is a serious complication to head and neck cancer (HNC) radiotherapy, for which therapeutic gamma irradiation of primary teeth enamel. Open Access Maced J Med Sci. 2022 May 05; 10(D):243-250. https://doi.org/10.3889/oamjms.2022.9333

METHODS: Twenty primary molars were sectioned into two halves in a mesiodistal direction, to obtain 40 specimens, which were then randomly allocated into five groups. Group 1 (Control Negative) n = 5 was not subjected to any treatment. Group 2 (Control positive) n = 5 was gamma irradiated with a dose of 60 Gray. For Groups 3, 4, and 5, specimens were divided into two subgroups: A and B (n = 5/subgroup). Subgroups A were gamma irradiated, then exposed to different surface treatments: 3A: 10% nano-hydroxyapatite (nHA), 4A: 5% sodium fluoride varnish (FV), and 5A: diode laser 980 nm. Subgroups B were exposed to surface treatments: 3B: 10% nHA paste, 4B: 5% FV, and 5B: diode laser 980 nm), then gamma irradiated. Surface micromorphology and microhardness were examined using environmental scanning electron microscope (ESEM), and Vickers microhardness tester, respectively.

RESULTS: Group 2 (G) specimens possessed the lowest mean microhardness, while nHA-G (3B), G-F1 (4A), and L-G (5B) had significantly higher values. ESEM analysis showed an alteration in Group G and the obliteration of enamel microtopographies with remineralizing agents. The melting and fusion of enamel in laser subgroups were also observed.

CONCLUSIONS: The findings indicated that using FV, nHA, or diode laser increased microhardness and maintained the integrity of the enamel microstructure. Therefore, applying preventive strategies should be considered in HNC radiotherapy.

Introduction

Head and neck cancer (HNC) represents almost 13.6% of new cancer cases annually, ranking seventh worldwide [1]. HNC includes a multiple group of tumors affecting the oral cavity, and nearby structures, for which radiotherapy is the most common treatment modality [2]. Nevertheless, it damages both the cancer and normal cells [3]. Radiation caries (RC) is one of the clinical sequences of radiotherapy that impair the patients’ quality of life [4], as it damages the dental structures in a distinctive way and develops rapidly displaying a fast progression. Consequently, teeth become brownish, brittle, and liable to fracture [5], [6]. Radiotherapy induces caries in direct and indirect ways [5]. The direct effects of ionizing radiation on enamel include the alterations in the chemical and mechanical properties, and the increase in acid solubility of the enamel [7]. Following the cumulative irradiation with 30 and 60 Gray (Gy), some morphological alterations in the enamel were detected in the form of disorganization in the prismatic structures [8].

Managing RC is difficult for both dentists and patients, making it necessary to follow preventive and therapeutic strategies to avoid the high risk of RC in HNC patients [7]. As per the American Dental Association recommendations for high risk patients, fluoride varnish (FV) should be applied 2–4 times per year [9]. The nano-hydroxyapatite (nHA) were proposed for their anti-cariogenic properties, as an alternative to fluoride. Hence, they received a great attention in recent dental research for their direct impact in the repair of damaged enamel [10], [11]. Moreover, laser was proven to alter the permeability and crystalline structure, and advance the demineralization resistance of tooth enamel. A wide range of lasers have been used to improve the resistance of the tooth structure to caries [12].

The
previous studies utilizing diode laser reported that the enamel surface of the primary teeth showed melting and re-solidification. As a result, diode laser may play a critical role in the prevention of dental caries [13].

To the author’s best knowledge, no study had conducted a comparative investigation of the use of diode laser, nHA, and topical FV as preventive strategies against the damaging effect of gamma irradiation on the primary teeth enamel. The present study is motivated by the increase in HNC cases among children, and the few available reports on the preventive strategies for primary enamel. This in vitro study aims to evaluate the efficacy of diode laser, FV, and nHA on surface microhardness, and micromorphology of the primary teeth enamel, before and after exposure to radiotherapy.

Materials and Methods

Sample selection and preparation

In the present study, 20 primary molar teeth were collected according to the physiologic root resorption conditions. An informed consent was obtained from the children’s parents. The collected teeth were visually examined. The inclusion criteria were specified as follows [14]:

- Caries free buccal and lingual surfaces
- No structural defects, no visible cracks, and no previous dental restoration
- Teeth unexposed to radiation, and not subjected to pretreatment with chemical agents, such as hydrogen peroxide [15].

The collected teeth were cleaned under running water with a soft brush to remove any residual tissues and debris. The teeth were polished with non-fluoride polishing paste, and brushed by air motor (W&H, Austria), then kept in a glass container filled with distilled water for no more than 1 month, at room temperature to avoid dehydration, and replenished daily [16], [17]. One clinician prepared all the teeth. Crowns were divided in the mesiodistal direction into buccal and lingual halves, using a dental diamond disk (DFS, Diamond, Germany) in a low-speed handpiece and micromotor [14], yielding 40 samples that were then placed individually on top of a freshly mixed cold-cured acrylic resin (Acrostone, Egypt) made in prepared molds. Each buccal and lingual surface were mounted centrally in the acrylic resin, facing upward for enamel surface treatments.

Teeth samples grouping

The 40 samples were coded, and randomly allocated into five groups, as presented in Table 1, and

Groups 3–5 were further divided into two subgroups, of five specimens each.

Materials applied

Table 2 details the materials used in this study.

Experimental nHA paste application

The enamel specimens were dried with gauze, and the nHA white paste (10%) was applied in a copious amount, using a micro-brush to cover the whole surface. The applied paste was left undisturbed in place for 30 min, then rinsed thoroughly with distilled water for 1 min to remove any visible paste remnants [16]. This application was repeated 7 successive times for a total of 3.5 h [18].

FV application

3M™ Clinpro™ 5% sodium fluoride white varnish was applied to the enamel specimens, after drying them with a gauze. A thin layer was evenly applied with a sweeping brush in horizontal strokes. The applied layer was left undisturbed in place for 24 h, in distilled water at room temperature [19], then wiped off with a sterile gauze, and a low-speed brush to simulate tooth brushing [20].

Diode laser irradiation

Windows of 3 mm × 3 mm were made to standardize the area of all specimens in Groups G-L and L-G that were to be exposed to laser irradiation. The periphery of the windows was coated with nail varnish [21]. The enamel specimens were irradiated in the National Institute of Laser-Enhanced Sciences, Egypt, using a diode laser device (Quanta c 980 nm,
Italy) at 2 watt for 15 sec, in a continuous and contact modes, using an optic fiber transmission system with a diameter of 320 µm. The fiber tip was manually held perpendicular to the surface and moved longitudinally in a uniform scanning motion over the entire exposed surface [12], [16], [22], [23].

**Sample exposure to therapeutic gamma radiation**

This step was executed in the National Center for Radiation Research and Technology, at the Atomic Energy Authority (NCRRT), Cairo, Egypt, using (60 co, Baha, Baha Indian Cobalt: 60–4000A) as a gamma source, at a dose rate of 0.806 KGy/h at the time of irradiation. A simulated therapeutic dose of 60 GY was administered as a single dose [24], which is the therapeutic dose of HNC patients [25], [26]. All enamel specimens – except those of Group C – were exposed to therapeutic gamma irradiation, while immersed in plastic containers filled with distilled water [27].

**Assessment methods**

**Surface micromorphology examination**

Representatives from the specimens of each group were examined by an Environmental Scanning Electron Microscope (Model: Quanta FEG-250, Netherlands), with magnification of X2,000, to observe the micromorphological alterations. No special preparations were required before the examination.

**Surface microhardness testing**

The specimens’ surface microhardness was determined using digital Vickers hardness tester (INNOVATEST, model no.4503, Netherlands), with magnification ×40, and a Vickers diamond indenter that has a square base and pyramid shape, to enable penetration into the enamel surface. The best point for load application was determined, and a single load of 100 g was applied for 10 sec [19], [22]. Three randomized indentations were made on the enamel surface. Surface microhardness calculations were conducted using universal testing machine (Tension and compression SHIMADZU 5 KN (AUTOGRAPH AG _X PLUS), Japan). The average of all three Vickers hardness values obtained from the enamel was recorded and expressed as VHN (g/mm²).

**Statistical analysis**

Numerical data were explored for normality by checking the data distribution using Kolmogorov–Smirnov and Shapiro–Wilk tests. Data showed parametric distribution; thus, they were represented by mean and standard deviation (SD) values. One-way ANOVA followed by Tukey's post hoc test were used to analyze different intergroup comparisons. The significance level was set at p ≤ 0.05 within all tests. The statistical analysis was performed with R statistical analysis software version 4.1.2 for Windows.

**Results**

**ESEM analysis**

Under magnification X2,000 (Group C), a typical pattern of enamel prisms and interprismatic structure was detected on sound enamel surface of primary teeth (Figure 1a), whereas in irradiated enamel (Group G), a merging of both structures was observed, showing distorted prisms with an apparent morphological alteration (Figure 1b).

![Figure 1: Environmental scanning electron microscope micrographs: (a) Group C showing normal enamel prisms and inter-prismatic structure (red arrow) and (b) Group G showing distortion of enamel prisms with merging of prismatic and interprismatic structures (yellow arrow) (×2000)](image)

**Gamma irradiation before surface treatments**

Obscured micro-porosities were observed in Group G-nHA, in addition to a few small furrows and scratches (Figure 2a), whereas in Group G-Fl, an almost smooth surface was created by areas of crystallized deposits, concentrated along the peripheries of enamel prisms with obvious obliteration of the surface micropores (Figure 2b). By observing G-L specimen, fused and melted parts were identified with shallow furrows, and traces of prismatic structure (Figure 2c).

**Gamma irradiation after surface treatments**

Group nHA-G revealed multiple scattered distorted micropores, while others were blocked or diminished in size, with few microcracks (Figure 3a). Group FI-G showed similar findings to the previously mentioned Group G-FI (Figure 3b). The irradiated enamel surface in Group L-G had a typical melting appearance with recrystallized enamel structure, and enamel globules of various sizes, generating an uneven surface with unclearly recognized enamel prismatic structures (Figure 3c).
Table 3 and Figure 4 show the mean and SD values of microhardness for different groups. Results revealed that the gamma-irradiated enamel specimens recorded the lowest mean microhardness values, whereas the highest value was obtained in G-Fl (392.43 ± 19.55). There was an increase in microhardness values among the experimental groups. On the other hand, post hoc pairwise comparisons showed that groups nHA-G, G-Fl, and L-G had significantly higher values than other groups (p < 0.001).

Discussion

Radiotherapy is one of the main methods for treating of HNC. Rather than the damage caused by xerostomia and its consequences, this in vitro study was concerned with the direct effects of radiation on tooth enamel, including the alterations in crystal composition, the increase in enamel solubility, and the decrease in microhardness. Yet, the mechanism of RC had not been precisely described. In this study, a single radiation dose of 60 Gy was used [24], which is the maximum cumulative dose provided to children suffering from HNC. In clinical practice, the fractions were given for 6 weeks, 5 days/week [26], [28]. The literature shows that fractionated doses are used to avoid damage in the oral soft tissues. Thus, in the present in vitro study, the single dose of 60 Gy was not clinically applicable, but showed the probable effect of one high dose on enamel [29]. Moreover, the samples in the present study were placed in distilled water to avoid dehydration, which affects the mechanical properties of the tooth structure [30]. Primary teeth were selected due to the increased prevalence of cancer cases among children [8]. Primary and permanent teeth show different morphology, structure, and composition, since the organic content of the primary tooth enamel is higher than that of permanent tooth enamel. Hence, primary tooth enamel may be more susceptible to RC [31].

The direct effects of radiation were assessed through changes in the mechanical properties, and micromorphology using Vickers microhardness test and environmental scanning electron microscope (ESEM), respectively. Although the enamel is mainly inorganic, studies suggested that the early radiation damages occurred in the organic region of the enamel, which is the interprismatic area, where concentrated water molecules oxidized to hydrogen peroxide, and hydrogen free radicals, causing the denaturation of the organic components, and contributing to dental problems post head and neck radiation therapy [26], [32]. Another study found that inorganic components were also affected, and appeared as microcracks in the hydroxyapatite crystals [33]. This was demonstrated in the present study by the ESEM, as the irradiated sample showed a
merging of both prismatic and interprismatic structures, with distorted prismatic peripheries. This is in agreement with findings by Duruk et al. [14], Bakr [21] and Rodrigues et al. [31]. Furthermore, this change in the enamel crystalline structure was suggested as one of the factors related to the increased risk of dental caries following radiation therapy. Therefore, it was necessary to follow preventive and therapeutic strategies to avoid the damaging effect of the gamma radiation, and the high risk of RC in HNC patient [7].

The used procedure for the application of nHA paste simulated the use of the remineralizing agent for 5 min daily for 6 weeks, as it was found that remineralization took place in the first 3 to 6 weeks [34]. Huang et al. [10] concluded that the 10% nHAP, as used in this study, was the most effective concentration in the remineralization process. nHA have a high capacity in filling micropores and depressions due to the small size of the particles that compose it. It creates a smooth superficial layer on the enamel surface and yields a uniform crystalline enamel structure that enhances enamel resistance to caries [35], [36]. This was demonstrated in this study, as micropores were nearly blocked when the enamel was treated with experimental nHA paste, after being gamma irradiated. Roveri et al. [37] explained that the application of nHA crystals with size of 100 nm produced a homogeneous coating that hid interprismatic and prismatic enamel structures when examined with ESEM. On the other hand, some superficial cracks were found in the subgroup nHA-G, possibly due to the dehydration induced by gamma radiation [38].

FV application decreased the incidence of RC. Other topical fluoride forms are available, such as gel and foam. Nonetheless, varnish is the recommended form of topical fluoride application for children under 6 years of age [39]. In the present study, the varnish was left undisturbed for 24 h, because fluoride and inorganic ions were absorbed into the surface 24 h after application; so, immediate removal was not recommended [19]. A previous study revealed that topical fluoride application formed insoluble globules of calcium fluoride-like material on the tooth surface, where these globules act as a reservoir of fluoride [40]. This conclusion is in good agreement with the findings of the present study. In the study, the obliteration of the surface micropores was observed, creating a smooth enamel surface similar to the smooth and uniform surface found by Shihabi et al. [41]. These results could be attributed to the release of fluoride ions, leading to the formation of fluorapatite crystals instead of the hydroxyl ions in enamel, which are less susceptible to dissolution.

Diode laser 980 nm was used in this study for its ability to increase enamel resistance to caries, reduce solubility in acids, and increase surface microhardness, as proven in previous studies [12], [22]. Besides, the low cost, small size, and ease of use in the oral cavity made diode laser attainable. Although diode laser is known for soft tissue applications, its use in hard tissue application can be justified based on the findings by Romanos and Nentwig [42], who reported that the penetration depth of a diode laser at 980 nm wavelength was smaller than that of erbium and Nd: YAG laser. Increased energy deposition at the surface, melting, and recrystallization of the enamel structure occurred as a result of the shallower penetration depth. The laser parameters used in the present study were adopted from the previous studies [16], [22], which stated that laser light must be properly absorbed and transformed into heat without injury to underlying tissues. The results of the ESEM analysis of both laser subgroups showed areas of melting and fusion and revealed recrystallized enamel structures with the appearance of globular crystals of different sizes, generating an uneven surface with unclearly recognized enamel prismatic structures. The likely justification, provided by Pavithra et al. [22], was the release of intercrystalline substance, obstructing interprismatic spaces, increasing the resistance of the dental enamel against acids, and decreasing enamel permeability [17]. Nevertheless, the results of the present study did not correspond to the findings by Santaella et al. [43], since the treated areas showed no morphological alterations. This may be attributed to the different laser parameters; 809 nm diode laser used in their study. The laser parameters governed the depth of penetration and temperature elevation and accordingly determined the chemical or morphological changes to dental tissues [44].

The VHN results showed that microhardness of gamma-irradiated enamel decreased insignificantly, which agrees with the findings by Duruk et al. [14], and Klarčić Sever et al. [29], yet differs from results in other studies [8], [25] that recorded an increase in surface microhardness with cumulative doses higher than

---

Table 3: Mean, standard deviation, and results of the statistical analysis of microhardness values for different groups

| Group     | Microhardness (mean ± SD) | p      |
|-----------|---------------------------|--------|
| G         | 325.80 ± 14.06           |        |
| G+nHA     | 306.83 ± 1.61            |        |
| G+nHA/G   | 318.13 ± 18.37           |        |
| FV        | 386.27 ± 19.79           |        |
| FV/G      | 392.43 ± 19.55           |        |
| FV/G-L    | 312.77 ± 7.43            |        |
| FV/G-L-G  | 328.83 ± 20.85           |        |
| FV/G-L-G  | 379.50 ± 20.54           |        |

*Significant (p ≤ 0.05). Means with different superscript letters are statistically significantly different. SD: Standard deviation, nHA: Nano-hydroxyapatite.
30 Gy. The crystal structure of the mineralized tissues may be subjected to some structural changes due to the ionizing radiation, which can modify their physical properties, including the microhardness. The reduced microhardness could decrease tooth deformation during mastication, enabling enamel delamination few months post-radiation therapy [45]. Furthermore, the results of the present study revealed that all surface treatments induced an increase in the microhardness of gamma-irradiated primary teeth enamel compared to the gamma-irradiated control group. FV application enhanced the resistance of the sound enamel of primary teeth and showed significantly greater effect than other treatments in the post irradiation group, which agrees with the results by Huang et al. [10]. This could be attributed to the high fluoride content, allowing for more enamel fluoride uptake. Fluoride ion improved the development of enamel crystals and altered hydroxyapatite crystals into fluorapatite, reducing the space occupied by the organic matrix [46]. These findings emphasize the importance of fluoride in maintaining the integrity of enamel during and after radiotherapy. The increase in VHN observed in this study with the application of 10% nHA paste is in agreement with Huang et al. [10], and Kim et al. [47]. The penetration of the nHA into the enamel pores occupied the empty spaces among the enamel crystals, which could promote crystal integrity and growth. A former study [48] found that the nHA showed higher microhardness results than FV, which does not conform with the present results, possibly due to the different formulation, concentration, and time of application.

Despite the increase in VHN in both laser groups, there was a significant difference in L-G subgroup, for which microhardness values increased with diode laser irradiation before gamma radiation. This is in line with the previous studies [22], [49] that reported an increase in the microhardness of enamel when diode laser was applied, possibly due to the heat deposited at the exposed site, which discharged water, organic compounds, and carbonate ions from the hydroxyapatite structure, and enhanced the rate of mineralization and recrystallization [49]. On the other hand, Kato [50] reported the inefficiency of diode laser alone in decreasing the enamel solubility. The VHN obtained from enamel treated with materials containing fluoride (FV), or calcium and phosphate (nHA) was higher than that obtained from using diode laser alone, which is similar to the findings by Santaela et al. [43]. Finally, the calculated VHN in this study was comparable to that in the previous studies [48], [49], whereas somehow different from that reported in [14]. VHN variations can be attributed to the preparation of specimens, diagonal length reading error, and study design. The different indentation load and dwelling time should also be considered [51]. In this in vitro study, both salivary pH alteration and dietary factors in the oral cavity of the irradiated patients were not simulated to examine the combined effect of indirect and direct gamma radiation, with the application of different surface treatment strategies. Besides, the relatively small sample size could have influenced the outcome. In vivo studies are recommended to assess the efficacy of different preventive strategies against the combined direct and indirect effects of radiotherapy.

**Conclusion**

The findings of the present study revealed that applying different remineralizing strategies pre- or post-radiation reduced the damaging effect on the dental enamel in HNC patients. It can be concluded that the different preventive strategies should be considered before, during, or after radiotherapy for HNC patients, to reduce the potential damage of its direct effect. The findings also indicated that applying either FV or nHA increased the microhardness and maintained the integrity of the enamel microstructure. Diode laser could enhance enamel remineralization.

**Acknowledgment**

The authors acknowledge the generous cooperation and valuable advices offered by Prof. Dr. Eman El Maghraby, at the Health Radiation Research Department, Atomic Energy Authority, NCRRT.

**References**

1. Campi LB, Lopes FC, Soares LE, de Queiroz AM, de Oliveira HF, Saquy PC, et al. Effect of radiotherapy on the chemical composition of root dentin. Head Neck 2019;41(1):162-9. https://doi.org/10.1002/hed.25493

2. Yap LF, Lai SL, Patmanathan SN, Gokulan R, Robinson CM, White JB, et al. HOPX functions as a tumour suppressor in head and neck cancer. Sci Rep. 2016;6:38758. https://doi.org/10.1038/srep38758

3. Begg AC, Stewart FA, Vens C. Strategies to improve radiotherapy with targeted drugs. Nat Rev Cancer. 2011;11(4):239-53. https://doi.org/10.1038/nrc3007

4. Vissink A, Burlage FR, Spijkervet FK, Jansma J, Coppes RP. Prevention and treatment of the consequences of head and neck radiotherapy. Crit Rev Oral Biol Med. 2003;14(3):213-25. https://doi.org/10.1177/154411130301400306

5. Lieshout HF, Bots CP. The effect of radiotherapy on dental hard tissue – A systematic review. Clin Oral Investig.
Atef et al. E ect of Di ent Remineralizingagents on Gamma-Irradiated Primary Teeth

PMid:23873320

6. Dobroš K, Hajto-Bryk J, Wrblewska M, Zarzeczka J. Radiation-induced caries as the late effect of radiation therapy in the head and neck region. Contemp Oncol (Pozn). 2016;20(4):287-90. https://doi.org/10.5114/contop.2015.54081

PMid:27688724

7. Soares CJ, Castro CG, Neiva NA, Soares PV, Santos-Filho PC, Naves LZ, et al. Effect of gamma irradiation on ultimate tensile strength of enamel and dentin. J Dent Res. 2010;89(2):159-64. https://doi.org/10.1177/0022034009351251

PMid:20042736

8. De Siqueira Mellara T, Palma-Dibb RG, de Oliveira HF, Garcia Paula-Silva FW, Nelson-Filho P, da Silva RA, et al. The effect of radiation therapy on the mechanical and morphological properties of the enamel and dentin of deciduous teeth - An in vitro study. Radiat Oncol. 2014;9(1):1. https://doi.org/10.1186/1748-717X-9-30

PMid:24450404

9. Dental Management of Pediatric Patients Receiving Immunosuppressive Therapy and/or Radiation Therapy. Pediatr Dent. 2018;40(6):392-400.

10. Huang SB, Gao SS, Yu HY. Effect of nano-hydroxyapatite concentration on remineralization of initial enamel lesion in vitro. Biomed Mater. 2009;4(3):34104. https://doi.org/10.1016/j.biomaterials.2009.02.026

11. Haghgoo R, Ahmadvand M, Moshaverinia S. Remineralizing effect of topical NovaMin and nano-hydroxyapatite on caries-like lesions in primary teeth. J Contemp Dent Pract. 2016;17(8):645-9. https://doi.org/10.5005/jp-journals-10024-1905

12. Moharam LM, Sadony DM, Nagi SM. Evaluation of diode laser phosphoric acid: In vitro study. Dentistry. 2017;7(8):3-7.

13. de Souza MR, Watanabe IS, Azevedo LH, Tanji EY. Morphological alterations of the surfaces of enamel and dentin of deciduous teeth irradiated with Nd: YAG, CO(2)and diode lasers. Int J Morphol. 2009;27(2):441-6.

14. Duruk G, Acar B, Temelli Ö. Effect of different doses of radiation on morphological, mechanical and chemical properties of primary and permanent teeth – An in vitro study. BMC Oral Health. 2020;20(1):242. https://doi.org/10.1186/s12903-020-1212-3

15. Abd S, Halim E, Raafat R, Elganzory A. Esem analysis of enamel surface morphology etched with er,cr: ysgg laser and permanent teeth – An in vitro study. J Dent. 2014;42(8):986-92. https://doi.org/10.1016/j.jdent.2014.05.011

16. Moharam LM, Sadony DM, Nagi SM. Evaluation of diode laser phosphoric acid: In vitro study. Dentistry. 2017;7(8):3-7.

17. de Souza MR, Watanabe IS, Azevedo LH, Tanji EY. Morphological alterations of the surfaces of enamel and dentin of deciduous teeth irradiated with Nd: YAG, CO(2)and diode lasers. Int J Morphol. 2009;27(2):441-6.

18. Duruk G, Acar B, Temelli Ö. Effect of different doses of radiation on morphological, mechanical and chemical properties of primary and permanent teeth – An in vitro study. BMC Oral Health. 2020;20(1):242. https://doi.org/10.1186/s12903-020-1212-3

19. Kim HN, Kim JB, Jeong SH. Remineralization effects when using different methods to apply fluoride varnish in vitro. J Dent Sci. 2016;13(4):360-6. https://doi.org/10.1016/j.jds.2018.07.004

PMid:30895146

20. Zadeh Moghadam NC, Seraj B, Chiniforush N, Ghadimi S. Effects of laser and fluoride on the prevention of enamel
demineralization: An in vitro study. J Lasers Med Sci. 2018;9(3):177-82. https://doi.org/10.15171/jlms.2018.32

PMid:30809328

21. Bakr MA. Microhardness and ultrastructure of demineralized human enamel after diode laser (980 nm) and fluoride surface treatment. Brazilian Arch Biol Technol. 2019;62.

22. Pavithra R, Sugavanes P, Lalithambigai G, Arunkandaiavelu T, Kumar PD. Comparison of microhardness and micromorphology of enamel following a fissurometry procedure using three different laser systems: An in vitro study. J Dent Lasers. 2016;10(1):10-5.

23. Mohamed MA, Moharrum HS. Combined effect of fluoride gel and diode laser 980 nm on root caries inhibition. Egypt Dent J. 2017;63(1):491-8. https://doi.org/10.21608/edj.2017.74789

24. Lima RB, Meireles SS, Pontual ML, Andrade AK, Duarte RM. The impact of radiotherapy in the in vitro remineralization of demineralized enamel. Pesqui Bras Odontopediatria Clin Integr. 2018;19.

25. Cooper JS, Zhang Q, Pajak TF, Forastiere AA, Jacobs J, Saxman SB, et al. Long-term follow-up of the RTOG 9501/Intergroup Phase III trial: Postoperative concurrent radiation therapy and chemotherapy in high-risk squamous cell carcinoma of the head and neck. Int J Radiat Oncol Biol Phys. 2012;84(5):1198-205. https://doi.org/10.1016/j.ijrobp.2012.05.008

PMid:22749632

26. Gonçalves LM, Palma-Dibb RG, Paula-Silva FW, De Oliveira HF, Nelson-Filho P, Da Silva LA, et al. Radiation therapy alters microhardness and microstructure of enamel and dentin of permanent human teeth. J Dent. 2014;42(8):986-92. https://doi.org/10.1016/j.jdent.2014.05.011

PMid:24887361

27. da Cunha SR, Ramos PA, Haddad CM, da Silva JL, Fregnani ER, Aranha AC. Effects of different radiation doses on the bond strengths of two different adhesive systems to enamel and dentin. J Adhes Dent. 2016;18(2):151-6. https://doi.org/10.3290/jjad.a.35841

PMid:27022644

28. Marangoni-Lopes L, Rodrigues LP, Mendonça RH, Nobre-Dos Santos M. Radiotherapy changes salivary properties and impacts quality of life of children with Hodgkin disease. Arch Oral Biol. 2016;72:99-105. https://doi.org/10.1016/j.archoralbio.2016.08.023

PMid:27566884

29. Kliarić Sever E, Tarle A, Sočo M, Grego T. Direct radiotherapy-induced effects on dental hard tissue in combination with bleaching procedure. Front Dent Med. 2021;2:1-13. https://doi.org/10.3389/fdmed.2021.714400

30. Rodrigues RB, Soares CJ, Cézar P, Junior S, Lara VC, Arana-chavez VE, et al. Influence of radiotherapy on the dentin properties and bond strength. Clin Oral Investig. 2018;22(2):875-83. https://doi.org/10.1007/s00784-017-2165-4

PMid:28776096

31. Oliveira MA, Torres CP, Gomes-Silva JM, Chinelatti MA, Menezes FC, Palma-Dibb RG, et al. Microstructure and mineral composition of dental enamel of permanent and deciduous teeth. Microsc Res Tech. 2010;73(5):572-7. https://doi.org/10.1002/jemt.20796

PMid:19937744

32. Anneth G, Holm LE, Karlsson G. The effect of radiation on teeth. A clinical, histologic and microradiographic study. Int J Oral Surg. 1985;14(3):269-74. https://doi.org/10.1016/so300-9785(85)80038-7

PMid:3026671

33. Fränzel W, Gerlach R, Hein HJ, Schaller HG. Effect of
34. Wu G, Liu X, Hou Y. Analysis of the effect of CPP-ACP tooth mousse on enamel remineralization by circularly polarized images. Angle Orthod. 2010;80(5):933-8. https://doi.org/10.2319/110509-624.1

35. Pepla E, Besharat LK, Palaia G, Tenore G, Migliau G. Nano-hydroxyapatite and its applications in preventive, restorative and regenerative dentistry: A review of literature. Ann Stomatol (Roma). 2014;5(3):108-14.

36. Ebadifar A, Nomani M, Fatemi SA. Effect of nano-hydroxyapatite toothpaste on microhardness of artificial carious lesions created on extracted teeth. J Dent Res Dent Clin Dent Prospects. 2017;11(1):14-7. http://doi.org/10.15171/joddd.2017.003

37. Roveri N, Battistella E, Bianchi CL, Foltran I, Foresti M, Iafisco M, et al. Surface enamel remineralization: Biomimetic apatite nanocrystals and fluoride ions different effects. J Nanomater. 2009;2009:746383. https://doi.org/10.1155/2009/746383

38. Marangoni-Lopes L, Rovai-Pavan G, Steiner-Oliveira C, Nobre-dos-Santos M. Radiotherapy reduces microhardness and mineral and organic composition, and changes the morphology of primary teeth: An in vitro study. Caries Res. 2019;53(3):296-304. https://doi.org/10.1159/000493099

39. Weyant RI, Tracy SL, Anselmo T, Beltrán-Aguilar ED, Donly KJ, Frese WA, et al. Topical fluoride for caries prevention. J Am Dent Assoc. 2013;144(11):1279-91. http://doi.org/10.14219/jada.archive.2013.0057

40. Dholam KP, Somani PP, Prabhu SD, Ambre SR. Effectiveness of fluoride varnish application as cariostatic and desensitizing agent in irradiated head and neck cancer patients. Int J Dent. 2013;2013:824982. https://doi.org/10.1155/2013/824982

41. Shihabi S, AlNesser S, Comisi JC. Comparative remineralization efficacy of topical novamin and fluoride on incipient enamel lesions in primary teeth: Scanning electron microscope and vickers microhardness evaluation. Eur J Dent. 2021;15(3):420-4. https://doi.org/10.1055/s-0040-1721311

42. Romanos G, Nentwig GH. Diode laser (980 nm) in oral and maxillofacial surgical procedures: Clinical observations based on clinical applications. J Clin Laser Med Surg. 1999;17(5):193-7. https://doi.org/10.1089/jclm.1999.17.193

43. Santaella MR, Braun A, Matson E, Frentzen M. Effect of diode laser and fluoride varnish on initial surface demineralization of primary dentition enamel: An in vitro study. Int J Paediatr Dent. 2004;14(3):199-203. https://doi.org/10.1111/j.1365-263X.2004.00550.x

44. Magalhães AC, Romanelli AC, Rios D, Comar LP, Navarro RS, Grizzo LT, et al. Effect of a single application of TiF4 and NaF varnishes and solutions combined with Nd: YAG laser irradiation on enamel erosion in vitro. Photomed Laser Surg. 2011;29(8):537-44. https://doi.org/10.1089/pho.2010.2886

45. Seyedmahmoud R, Wang Y, Thiagarajan G, Gorski J, ReedEdwards R, McGuire J, et al. Oral cancer radiotherapy affects enamel microhardness and associated indentation pattern morphology. Clin Oral Investig. 2018;22(4):1795-1803. https://doi.org/10.1007/s00784-017-2275-z

46. Soares CJ, Neiva NA, Soares PB, Dechichi P, Novais VR, Naves LZ, et al. Effects of chlorhexidine and fluoride on irradiated enamel and dentin. J Dent Res. 2011;90(5):659-64. https://doi.org/10.1177/0022034511398272

47. Kim MY, Kwon HK, Choi CH, Kim BI. Combined effects of nano-hydroxyapatite and NaF on remineralization of early caries lesion. In: Key Engineering Materials. Freienbach, Switzerland: Trans Tech Publications Ltd.; 2007. p. 1347-50.

48. Juntavee A, Juntavee N, Sinagpulo AN. Nano-hydroxyapatite gel and its effects on remineralization of artificial carious lesions. J Dent. 2021;2021:7256056. https://doi.org/10.1155/2021/7256056

49. Soltanimehr E, Bahrampour E. Efficacy of diode and CO2 lasers along with calcium and fluoride-containing compounds for the remineralization of primary teeth. BMC Oral Health. 2019;19(1):121. https://doi.org/10.1186/s12903-019-0813-6

50. Kato IT, Kohara EK, Sarkis JE, Wetter NU. Effects of 960-nm diode laser irradiation on calcium solubility of dental enamel: An in vitro study. Photomed Laser Surg. 2006;24(6):689-93. https://doi.org/10.1089/pho.2006.24.689

51. Chuenarrom C, Benjakul P, Daoosdsai P. Effect of indentation load and time on knoop and vickers microhardness tests for enamel and dentin. Mater Res. 2009;12(4):473-6. https://doi.org/10.1590/S1516-14392009000400016